Effects of humidity on performance of electric-double-layer oxide-based thin-film transistors gated by nanogranular SiO2 solid electrolyte

Li-Qiang Guo, Yuan-Yuan Yang, Li-Qiang Zhu, Guo-Dong Wu, Ju-Mei Zhou, and Hong-Liang Zhang

Citation: AIP Advances 3, 072110 (2013); doi: 10.1063/1.4815970
View online: http://dx.doi.org/10.1063/1.4815970
View Table of Contents: http://scitation.aip.org/content/aip/journal/adva/3/7?ver=pdfcov
Published by the AIP Publishing

Articles you may be interested in

Lateral protonic/electronic hybrid oxide thin-film transistor gated by SiO2 nanogranular films
Appl. Phys. Lett. 105, 243508 (2014); 10.1063/1.4904967

Electrostatic modification of oxide semiconductors by electric double layers of microporous SiO2-based solid electrolyte
J. Appl. Phys. 109, 054501 (2011); 10.1063/1.3553869

Modeling of low-voltage oxide-based electric-double-layer thin-film transistors fabricated at room temperature
Appl. Phys. Lett. 98, 093506 (2011); 10.1063/1.3555333

Vertical low-voltage oxide transistors gated by microporous SiO2 / LiCl composite solid electrolyte with enhanced electric-double-layer capacitance
Appl. Phys. Lett. 97, 052104 (2010); 10.1063/1.3477949

Microporous SiO2 with huge electric-double-layer capacitance for low-voltage indium tin oxide thin-film transistors
Appl. Phys. Lett. 95, 222905 (2009); 10.1063/1.3271029
Effects of humidity on performance of electric-double-layer oxide-based thin-film transistors gated by nanogranular SiO$_2$ solid electrolyte

Li-Qiang Guo,a Yuan-Yuan Yang, Li-Qiang Zhu, Guo-Dong Wu, Ju-Mei Zhou, and Hong-Liang Zhang
Ningbo Institute of Materials Technology and Engineering, Chinese Academy of Sciences, Ningbo 315201, People’s Republic of China

(Received 13 February 2013; accepted 1 July 2013; published online 11 July 2013)

Electric-double-layer oxide-based thin-film transistors gated by nanogranular SiO$_2$ solid electrolyte have been fabricated at room temperature. The effects of humidity on performances are investigated. At the relative humidity of 65 %, the measured capacitance is 10 $\mu$F/cm$^2$, and the device shows $I_{on/off}$ ratio of $8.93 \times 10^7$, field-effect mobility of 5.9 cm$^2$/Vs. As relative humidity declines, the measured capacitance decreases, which gives rise to the degradation in performance. Especially, at the relative humidity of 0 %, the capacitance of 0.01 $\mu$F/cm$^2$ is measured, so the device cannot be turned off. The reason may be that humidity can promote H$_2$O molecules to permeate into solid electrolyte, which can cause charges accumulation.

© 2013 Author(s). All article content, except where otherwise noted, is licensed under a Creative Commons Attribution 3.0 Unported License. [http://dx.doi.org/10.1063/1.4815970]

I. INTRODUCTION

Low voltage oxide based thin film transistors (TFTs) are ideal to build blocks for sensor applications. Low voltage operation of such TFTs can be accomplished by using high-\textit{k} materials as gate insulators, such as Al$_2$O$_3$, HfAlO and polycrystalline Y$_2$O$_3$, etc.\textsuperscript{1-3} Recently, due to extraordinarily high capacitance,\textsuperscript{4, 5} electrolytes have been commonly used as the gate dielectric layer. Electrolytes are polarized by application of a gate potential, leading to the formation of a electric double layer (EDL) layer which is virtually independent of the thickness of the electrolyte at the electrolyte-semiconductor interface.\textsuperscript{6} Therefore, the rapid formation and the extremely strong electrostatic coupling effect of an EDL with a large capacitance at the conjugated polymer/electrolyte interface results in a fast and robust field effect transistors, which are capable of operating at low voltages.\textsuperscript{7, 8}

In our previous work, low voltage (<1.5 V) oxide-based EDL TFTs, which is gated by microporous SiO$_2$ solid electrolyte films after being soaked in phosphoric acid, have been demonstrated.\textsuperscript{9} However, Indium Zinc Oxide (IZO) EDL TFTs need to be exposed to the environment for proper operations. In many cases, electrical characteristics of oxide based EDL TFTs will be affected by the relative humidity (RH), but the reasons and the mechanism are still not very well known. Therefore, it is necessary to further investigate effect of operating environments on device characteristics for explaining the unclear operating mechanism.

In this paper, in order to investigate reasons and the mechanism, IZO EDL TFTs gated by nanogranular SiO$_2$ solid electrolyte have been characterized at different levels of relative humidity. Nanogranular SiO$_2$ solid electrolyte sandwiched between (Indium Tin oxide) ITO electrodes and IZO electrodes forms a capacitor, which is measured by Solartron 1260 impedance analyzer. In closed rooms, where a humidity controller with a hygrometer is used for controlling humidity environment,
the electrical characteristics of IZO EDL TFTs are analyzed by Keithley 4200 semiconductor parameter analyzer at room temperature in the dark.

II. EXPERIMENTAL DETAILS

The devices are fabricated on ITO glasses substrates and the whole process is performed at room temperature. To reduce pollution sources, the substrates are cleaned firstly by ultrasonic cleaning in alcohol and deionized water for 15 min before deposition in sequence. Then, nanogranular SiO$_2$ solid electrolyte used as the gate dielectric of oxide-based EDL TFTs are fabricated by PECVD, using SiH$_4$ (94% SiH$_4$ + 6% PH$_3$) and O$_2$ as reactive gases. The flow rate of SiH$_4$ is 10 sccm and that of O$_2$ is 60 sccm. The deposition pressure, radio frequency power, and deposition time are 30 Pa, 100 W, and 60 min, respectively. Finally, IZO film, which is used as channel layer, drain electrode and source electrode of oxide-based EDL TFTs, is deposited by radio-frequency magnetron sputtering. IZO patterns are deposited by using an IZO ceramic target (In$_2$O$_3$: ZnO = 10:90 wt.%) through a shadow mask. The radio frequency magnetron sputtering conditions are performed with a power of 100 W, a deposition pressure of 0.5 Pa and Ar (14 sccm) as protective gases. The deposition rate of IZO film is estimated to be 10 nm/min. The channel length of IZO TFTs is 80 $\mu$m, and the channel width is 1000 $\mu$m. In order to obtain the cross-sectional SEM image, some samples are deposited on n$^{++}$(100) Si substrate.

Figure 1(a) shows schematic diagram of oxide-based EDL TFTs gated by nanogranular SiO$_2$ solid electrolyte. The cross-sectional SEM image of nanogranular SiO$_2$ solid electrolyte is obtained by scanning electron microscope (SEM). In a closed room, a humidity controller with a hygrometer is used for humidity controlled environment. With the relative humidity increasing from 0% to 65%, the capacitance of nanogranular SiO$_2$ solid electrolyte is measured by Solartron 1260 impedance analyzer. The electrical characteristics of IZO EDL TFTs are analyzed with Keithley 4200 semiconductor parameter analyzer at room temperature.

III. RESULTS AND DISCUSSION

The cross-sectional SEM image of nanogranular SiO$_2$ solid electrolyte on Si (100) substrate deposited at room temperature by PECVD is shown in Figure 1(b). It can be seen clearly that the section of nanogranular SiO$_2$ solid electrolyte is the vertical and porous shape. This indicates that nanogranular SiO$_2$ solid electrolyte fabricated at room temperature by PECVD method features the micro pore structure, which is desirable for proton conduction. The important advantages of this micro pore structure include that it can provide a larger specific surface area and that it can be capable of adsorbing many water molecules, which will take place capillary condensation effect in the micro pores, even make it like a pondlet.

The measured serial capacitance and phase angle as a function of the frequency of the applied voltage (0.2 V) for a capacitor based on nanogranular SiO$_2$ solid electrolyte are shown in Figure 2. Based on the phase angle mechanism, the component can be classified as being either capacitive ($\theta < -45^\circ$) or resistive ($\theta > -45^\circ$) at a certain frequency. At the relative humidity of 65 % as shown in Figure 2(a), we can see that two regions can be identified: a resistive behaviour at high frequencies ($2 \times 10^5$ Hz $< f$), and a capacitive behaviour at low frequencies ($f < 2 \times 10^5$ Hz). The two regions can be associated with ionic relaxation and the EDL formation, respectively. In the EDL formation regions, as the frequency becomes higher, the measured capacitance decreases. This is mainly determined by the physical transport mechanism of protons in nanogranular SiO$_2$ solid electrolyte. To understand the physical transport mechanism better, the micro pores are supposed to columnar structure. Then, each micro pore and solution in micro pore composes a cylindrical solid electrolytic capacitor. When applied a voltage, a great number of protons can move along the direction of electric field, but proton could be adsorbed by hydroxyl groups on the wall of micro pores at intervals during proton transport, as shown in Figure 3. This proton transport mechanism is called as “hopping conduction”. Because the proton conduction is promoted through the hopping of the protons between hydroxyl groups and water molecules and in most cases of high frequency regions, protons will be kept of conjugated status in the middle position, so the component can be...
FIG. 1. (a) Schematic diagram of oxide-based EDL TFTs gated by nanogranular SiO$_2$ solid electrolyte and (b) A cross-sectional SEM image of nanogranular SiO$_2$ solid electrolyte on n$^{++}$ (100) Si substrate.
FIG. 2. The measured serial capacitance and phase angle versus the frequency of the applied voltage (0.2 V) for a capacitor based on nanogranular SiO2 solid electrolyte (a) RH 65% (b) RH 0%.

classified as being resistive. When the frequency decreases, protons have enough time to move to the opposite interface of nanogranular SiO2 solid electrolyte, causing more and more protons to accumulate. Finally, the measured capacitance increases, which is conducive to the EDL formation. However, when in low frequency regions at relate humidity of 0 %, as shown in Figure 2(b), the measured capacitance is only about 0.01 μF/cm². The above behavior indicates that the capacitance is also dependent of the relate humidity.
FIG. 3. Proton conduction in micro pores of nanogranular SiO$_2$ solid electrolyte.

In order to further study the relationship between relative humidity and specific gate capacitance, the measured gate capacitance of a capacitor based on nanogranular SiO$_2$ solid electrolyte is plotted as a function of the relative humidity, as shown in Figure 4. It can be seen that as the relative humidity goes down from 65 % to 45 %, specific gate capacitance decreases from 10 μF/cm$^2$ to 4.8 μF/cm$^2$. The relative capacitance decreasing with the decrease in humidity can be explained by taking types of the densities into account\textsuperscript{18}, which suggesting that the density of charge is reducing gradually. Because when in high relative humidity environment, hydroxyapatite groups (-OH)\textsuperscript{19} are formed in nanogranular SiO$_2$ solid electrolyte by chemisorptions of H$_2$O molecules, so the proton concentration and the speed of proton conduction could be improved, leading to the augment in the density of charge. To the contrary, with the relative humidity decreasing, less and less H$_2$O molecules permeate to the nanogranular SiO$_2$ solid electrolyte, which gradually leading to less protons accumulation and electrochemical reaction, so the density of charge is reducing gradually.

We use nanogranular SiO$_2$ solid electrolyte as gate dielectric of IZO EDL TFTs and measured transfer characteristic curves with different relative humidity, as shown in Figure 5. The operating voltage is only 1.0 V. When the relative humidity is 65 %, the current on/off ratio, threshold voltage and subthreshold swing are estimated to be $8.93 \times 10^7$, 0.13 V and 97.8 mV/decade, respectively. Very small leakage current ($<4$ nA) is observed. The hysteresis phenomena between the forward and reverse sweep typically is observed in the transfer curves when reducing the gate voltage as shown in Figure 5(a), which is mostly due to the slow ionic response of the mobile protons in nanogranular SiO$_2$ solid electrolyte.\textsuperscript{20} Actually, when a gate voltage is imposed, the proton will move to the
dielectric/channel interface, as a result, the equal density negative charges are induced underneath of the channel layer. At that humidity the amount of absorbed water is so large that percolation paths are formed, in which proton transport takes place via hopping between absorbed molecules. The devices exhibit excellent electrical characteristics. While when the relative humidity is 0 %, the transistor cannot be switched off, as shown in Figure 5(b), which indicates that the relative humidity plays an important role in the electrical characteristics of the devices.

In order to give detailed evidence, the electrical characteristics of EDL TFT gated by nanogranular SiO₂ solid electrolyte are measured with different humidities, as shown in Figure 5(c) and 5(d). From Figure 5(c) and 5(d), it can be seen that with the relative humidity decreasing from 65 % to 45%, the threshold voltage, mobility, and current on/off ratio decreases to 0.03 V, 4.37 cm²/Vs, and $3.82 \times 10^6$ ($V_{ds} = 1.0$ V), while the subthreshold swing increases to 139 mV/dec., respectively.

As we all know, the charge density equals to the product between capacitance and voltage. For oxide-based EDL TFT, the capacitance function is regulatory the charge density of the channel layer. As the relative humidity reduces, the charge density of the channel layer is limited by the gradually decreasing capacitance, which will lead the channel layer to provide a smaller on current. Therefore, with the relative humidity reducing, the current on/off ratio gradually diminishes. On the other hand, the concentration and the number of protons will dwindle, with water molecules lessening. A small number of protons need only a smaller gate voltage to achieve operation; while the small concentration restricts protons transport freely and the speed of protons in nanogranular SiO₂ solid electrolyte. Those factors make the threshold voltage to drift toward positive direction. It indicates that reducing the relative humidity makes the operation mode of the devices changing from enhance mode to depletion mode. Moreover, protons need a longer time to move from the gate electrode-electrolyte interface to the electrolyte-semiconductor interface with the lower humidity due to the low speed, which results in changes in field-effect mobility and subthreshold swing.

When reducing the relative humidity to 0%, there are few protons which are absorbed firmly on the
FIG. 5. The transfer curves of IZO EDL TFTs gated by nanogranular SiO$_2$ solid electrolyte. (a) RH 65%, (b) RH 0%; (c) and (d) the electrical characteristic of IZO EDL TFTs gated by nanogranular SiO$_2$ solid electrolyte as function of the relative humidity.
greatly, such devices are highly desired for applications in humidity sensors. Since electrical performances of our devices are highly dependent on the relative humidity between drain electrode and source electrode. Because of the above effect, the devices can not be turned off. Since electrical performances of our devices are highly dependent on the relative humidity greatly, such devices are highly desired for applications in humidity sensors.

IV. CONCLUSION

In summary, we have fabricated IZO EDL TFTs gated by nanogranular SiO2 solid electrolyte and investigated the effects of the relative humidity on the electrical characteristics of devices. Proton migration, which plays an important role in the formation of EDL, is dependent on the relative humidity of surrounding environment. As the relative humidity decreases, the concentrate, the speed and the number of protons are restrained which give rise to the degradation in electrical properties of the devices. Such behaviors exhibit the excellent potential of IZO EDL TFTs as high-sensitive humidity sensors.

ACKNOWLEDGMENTS

This work is supported by Zhejiang Province preferential post-doctor funding project (Bsh1202034).

1 Wu Chien-Hung, Chang Kow-Ming, Huang Sung-Hung, Deng I-Chung, Wu Chin-Jyi, Chiang Wei-Han, and Chang Chia-Chiang, “Characteristics of IGZO TFT Prepared by Atmospheric Pressure Plasma Jet Using PE-ALD Al2O3 Gate Dielectric,” IEEE electron device letters 33, 552 (2012).
2 Heegeun Son, Jeongsoo Kim, Jungil Yang, Dongkyu Cho, and Moonsuk Yi, “Improvements in the device characteristics of IZO-based transparent thin-film transistors with co-sputtered HfO2-Al2O3 gate dielectrics,” Current Applied Physics 11, S135 (2011).
3 Mingzhi Dai, Guodong Wu, Yue Yang, Jie Jiang, Li Li, and Qing Wan, “Modeling of low-voltage oxide-based double-layer thin-film transistors fabricated at room temperature,” Applied Physics Letters 98, 093506 (2011).
4 Antonio Facchetti, Myung-Han Yoon and Tobin J. Marks, “Gate Dielectrics for Organic Field-Effect Transistors: New Opportunities for Electronic,“ Advanced Materials 17, 1705 (2005).
5 Matthew J. Panzer and C. Daniel Frishbe, “Polymer Electrolyte-Gated Organic Field-Effect Transistor: Low-Voltage, High-Current Switches for Organic Electronics and Testbeds for Probing Electrical Transport at High Charge Carrier Density,” J. Am. Chem. Soc. 129, 6599 (2007).
6 Aixia Lu, Mingzhi Dai, Jia Sun, Jie Jiang, and Qing Wan, “Flexible Low-Voltage Electric-Double-Layer TFTs Self-Assembled on Paper Substrates,” IEEE electron device letters 32, 518 (2011).
7 George Adamopoulos, Stuart Thomas, Donal D. C. Bradley, Martyn A. McLachlan, and Thomas D. Anthopoulos, “Low-voltage ZnO thin-film transistors based on Y2O3 and Al2O3 high-k dielectrics deposited by spray pyrolysis in air,” Applied physics letters 98, 123503 (2011).
8 Lars Herlogsson, Xavier Crispin, Nathaniel D. Robinson, Mats Sandberg, Olle-Jonny Hagel, Göran Gustafsson, and Magnus Berggren, “Low-Voltage Polymer Field-Effect Transistors Gated via a Proton Conductor,” Adv. Mater. 19, 97 (2007).
9 Jia Sun, Jie Jiang, Aixia Lu, Wei Dou, Bin Zhou, and Qing Wan, “Low-Voltage Oxide-Based TFTs Self-Assembled on Paper Substrates With Tunable Threshold Voltage,” IEEE on electron device letters 59, 380 (2012).
10 Jie Jiang, Jia Sun, Bin Zhou, Aixia Lu and Qing Wan, “Self-assembled in-plane gate oxide-based homojunction thin-film transistors,” IEEE electron device letters 32, 500 (2011).
11 Satoshi Suzuki, Yoichiro Nozaki, Toyoli Okumura, and Masaru Miyayama, “Proton Conductivity of Mesoporous Silica Incorporated with Phosphorus under High Water Vapor Pressures up to 150°C,” Journal of the Ceramic Society of Japan 114, 303 (2006).
12 Jong-Heon Seol, Ji-Hye Won, Kyung-Suk Yoon, and Young Taik Hong, “SiO2 ceramic nanoporous substrate-reinforced sulfonated poly (arylene ether sulfone) composite membranes for proton exchange membrane fuel cells,” International journal of hydrogen energy 37, 6189 (2012).
13 M. T. Colomer, “Proton transport, water uptake and hydrogen permeability of nanoporous hematite ceramic membranes,” Journal of Power Sources 196, 8280 (2011).
14 Zikun Li, “Impedance analysis and protonic conduction mechanism in RBH2PO4/SiO2 composite systems,” Electrochimica Acta 55, 7298 (2010).
15 Se Hyun Kim, Soojin Nam, Jaeyoung Jang, Kippy Hong, Chanwoo Yang, Dae Sung Chung, Chan Eon Park, and Woon-Seop Choi, “Effect of the hydrophobicity and thickness of polymer gate dielectrics on the hysteresis behavior of pentacene-based field-effect transistors,” Journal of applied physics 105, 104509 (2009).
16 Oscar Larsson, Elias Said, Magnus Berggren, and Xavier Crispin, “Insulator Polarization Mechanisms in Polyelectrolyte-Gated Organic Field-Effect Transistors,” Adv. Funct. Mater. 19, 3334 (2009).
17 Masayuki Nogami, Akihiro Kato, Masanobu Nakayama, and Gandham Lakshminarayana, “Proton conduction in ionic liquid-modified P2O5-SiO2 glasses,” Journal of Non-Crystalline Solids 358, 3495 (2012).
18 Mutabar Shah, Zubir Ahmad, K. Sulaiman, Kh. S. Karimov, and M. H. Sayyad, “Carbon nanotubes’ nanocomposite in humidity sensors,” Solid-State Electronics 59, 18 (2012).
19 Masayuki Nogami, Ritsuko Nagao, Cong Wong, Toshihiro Kasuga, and Tomokatsu Hayakawa, “High Proton Conductivity in Porous P2O5-SiO2 Glasses,” J. Phys. Chem. B. 103, 9468 (1999).
20 Nikolai J. Kaihovirta, Carl-Johan Wikman, Tapio Mäkelä, Carl-Eric Wilén, and Ronald Österbacka, “Self-Supported Ion-Conductive Membrane-Based Transistors,” Advanced Materials 21, 2520 (2009).
21 Oscar Larson, Elias Said, Magnus Berggren, and Xavier Crispin, “Insulator polarization mechanisms in polyelectrolyte-gated organic field-effect transistors,” Adv. Funct. Mater. 19, 3334 (2009).
22 J. Kim, H. Jeong, Y. H. Ahn, and J.-Y. Park, “Effects of humidity on the electrical characteristics of ZnO nanowire devices,” Phys. Status Solidi A. 209, 972 (2012).
23 Chang-Hee Kim, Sung-Won Yoo, Dong-Woo Nam, Sunae Seo, and Jong-Ho Lee, Senior Member, IEEE, “Effect of Temperature and Humidity on NO2 and NH3 Gas Sensitivity of Bottom-Gate Graphene FETs Prepared by ICP-CVD,” IEEE electron device letters 33,1084 (2012).